CrN 4Sr3, orthorhombic, Pbca (No. 61), a = 10.199(1) Å, b = 9.566(1) Å, c = 11.169(2) Å, V = 1089.6 Å 3 , Z = 8, R(P) = 0.082, R(I) = 0.053, T = 293 K.
Experimental details
The unit cell parameters were determined from the least-squares refinement of the 2q values of 57 reflections in the range 7°< 2q < 79°(X-ray powder data, LaB 6 standard, a = 4.15695(6) Å). N atoms were refined with common U iso. [5] . No indication for such a distortion could be extracted from the X-ray powder diffraction data in the present study. 
Discussion

